Charge fluctuations and nodeless superconductivity in quasi-one-dimensional $\text{Ta}_4\text{Pd}_3\text{Te}_{16}$ revealed by $^{125}\text{Te}$-NMR and $^{181}\text{Ta}$-NQR

Z. Li, W. H. Jiao, G. H. Cao and Guo-qing Zheng

$^1$Institute of Physics and Beijing National Laboratory for Condensed Matter Physics, Chinese Academy of Sciences, Beijing 100190, China
$^2$Department of Physics, State Key Lab of Silicon Materials and Center of Electron Microscope, Zhejiang University, Hangzhou 310027, China
$^3$Collaborative Innovation Center of Advanced Microstructures, Nanjing 210093, China
$^4$Department of Physics, Okayama University, Okayama 700-8530, Japan

(Dated: July 9, 2018)

Abstract

We report $^{125}\text{Te}$ nuclear magnetic resonance and $^{181}\text{Ta}$ nuclear quadrupole resonance studies on single-crystal $\text{Ta}_4\text{Pd}_3\text{Te}_{16}$, which has a quasi-one-dimensional structure and superconducts below $T_c = 4.3$ K. $^{181}\text{Ta}$ with spin $I = 7/2$ is sensitive to quadrupole interactions, while $^{125}\text{Te}$ with spin $I = 1/2$ can only relax by magnetic interactions. By comparing the spin-lattice relaxation rate ($1/T_1$) of $^{181}\text{Ta}$ and $^{125}\text{Te}$, we found that electric-field-gradient (EFG) fluctuations develop below 80 K. The EFG fluctuations are enhanced with decreasing temperature due to the fluctuations of a charge density wave that sets in at $T_{\text{CDW}} = 20$ K, below which the spectra are broadened and $1/T_1 T$ drops sharply. In the superconducting state, $1/T_1$ shows a Hebel-Slichter coherence peak just below $T_c$ for $^{125}\text{Te}$, indicating that $\text{Ta}_4\text{Pd}_3\text{Te}_{16}$ is a full-gap superconductor without nodes in the gap function. The coherence peak is absent in the $1/T_1$ of $^{181}\text{Ta}$ due to the strong EFG fluctuations.

PACS numbers:
I. INTRODUCTION

Low-dimensional systems often show rich physical phenomena, such as charge density wave (CDW), spin density wave (SDW) and superconductivity. When superconductivity coexists with or adjoins another ordered state, it usually has an unconventional nature. The high transition temperature ($T_c$) superconductivity has been realized in two-dimensional copper-oxides[1] and iron pnictides[2], where the superconducting phase is located in the vicinity of an antiferromagnetic phase. This raises an interest in finding unconventional superconductivity in low-dimensional materials. Quasi one-dimensional Li$_{0.9}$Mo$_6$O$_{17}$[3] and organic compounds including (TMTSF)$_2$PF$_6$ [4] and (TMTSF)$_2$ClO$_4$ [5] were discovered to be superconductors with possible unconventional natures. One-dimensional systems also attract intensive theoretical interest for their simplicity[6].

Ta$_4$Pd$_3$Te$_{16}$ with a quasi-one-dimensional crystal structure was discovered to be superconducting with $T_c \sim 4.6$ K [7]. It consists of PdTe$_2$ chains, TaTe$_3$ chains, and Ta$_2$Te$_4$ double chains along the crystallographic $b$-axis[8], as shown in Fig. 1. Band structure calculations indicate that the density of states (DOS) at the Fermi level are mainly derived from Te $p$-orbitals[9]. Although scanning tunneling microscopy (STM) found that the superconducting gap structure in this system is more likely anisotropic without nodes[10, 11], nodal gap behaviors were claimed by thermal conductivity[12] and specific heat measurements[13]. STM study suggested that the system is in the vicinity of an ordered state that shows a periodic modulation[11]. This suggestion is consistent with the observation that the magnetoresistance shows an $H$-linear behavior without saturation up to 50 T[14]. However, the nature of the ordered state is unclear and the transition temperature is still undetermined.

In this paper, we report nuclear magnetic resonance (NMR) and nuclear quadrupole resonance (NQR) investigations on Ta$_4$Pd$_3$Te$_{16}$. The spin-lattice relaxation rate ($1/T_1$) divided by the temperature, $1/T_1T$, of $^{181}$Ta increases dramatically below 80 K, but $1/T_1T$ of $^{125}$Te is almost a constant. These results indicate strong electric-field-gradient (EFG) fluctuations, since $^{181}$Ta has a nuclear spin $I = 7/2$ with a large nuclear quadrupole moment that couples to EFG, but $^{125}$Te does not. Upon cooling, both the FWHM of the spectra and $1/T_1T$ show a sudden change at $T = 20$ K, indicating a CDW transition takes place at $T_{\text{CDW}} = 20$ K. In the superconducting state, a Hebel-Slichter coherence peak appears in the temperature dependence of $1/T_1$ of $^{125}$Te just below $T_c$, which indicates that Ta$_4$Pd$_3$Te$_{16}$ is
a fully-gapped superconductor. Strong EFG fluctuations eliminate the coherence peak in the temperature dependence of $1/T_1$ of $^{181}$Ta.

II. EXPERIMENTAL DETAILS

The $\text{Ta}_4\text{Pd}_3\text{Te}_{16}$ single crystals were prepared by the self-flux method, as reported in Ref. 7. Superconductivity with $T_c \sim 4.3$ K is confirmed by dc magnetization measured by a superconducting quantum interference device (SQUID). For $^{125}$Te NMR measurements, the $b$ axis of the single crystals were aligned to the magnetic field, $H \parallel b$. The $^{125}$Te nucleus has a nuclear gyromagnetic ratio $\gamma = 13.454$ MHz/T. For $^{181}$Ta NQR measurements, crystals were crushed into powders. The $^{181}$Ta nucleus has a nuclear gyromagnetic ratio $\gamma = 5.096$ MHz/T. The NMR and NQR measurements were carried out by using a phase coherent spectrometer. The $^{125}$Te NMR spectra were obtained by scanning radio frequency at fixed magnetic fields and also checked by scanning the magnetic field at fixed frequencies. The $^{181}$Ta spectra were obtained by scanning the radio frequency at zero magnetic field. The $1/T_1$ was measured by using a single saturation pulse. The recovery curve of the $^{125}$Te nuclear magnetization has a simple exponential form, $1 - M(t)/M(\infty) = \exp(-t/T_1)$, where $M(t)$ is the nuclear magnetization at a time $t$ after the saturation pulse. The nuclear magnetization curve of $^{181}$Ta was well fitted to $1 - M(t)/M(\infty) = 0.04\exp(-3t/T_1) + 0.37\exp(-9.3t/T_1) + 0.59\exp(-18.3t/T_1)$ for an asymmetry parameter $\eta = 0.29$ (see later) [15].

III. RESULTS AND DISCUSSIONS

A. Normal state

Figure 2 shows the frequency-scanned $^{125}$Te NMR spectra with $\mu_0H(= 13.43\text{T}) \parallel b$ axis at different temperatures. There are eight Te sites in the unit cell as shown in Fig. 1, so one should see eight resonance peaks. The Knight shift of these peaks is shown in Fig. 3. Peaks 1 and 2 have the same frequency above 20 K, but split at low temperature due to a CDW transition, which will be discussed later in detail. The evolution of the splitting is shown in Fig. 4.

Figure 5 shows the frequency-scanned $^{181}$Ta NQR spectra at 30 K. $^{181}$Ta has $I = 7/2$ which will result in three NQR peaks. In $\text{Ta}_4\text{Pd}_3\text{Te}_{16}$, Ta has two different sites, as shown
FIG. 1: (Color online) Structure of Ta$_4$Pd$_3$Te$_{16}$ viewed from the $b$-axis direction. There are two different sites of Ta and two different sites of Pd. Eight sites of Te are labeled by numbers.

in Fig. 1, which will double the resonance peaks. The six peaks seen in Fig. 5 can be categorized into two sets, each of which have three peaks. The NQR spectra arise from the interaction between the nuclear quadrupole moment $Q$ and the EFG $V_{\alpha\alpha} = \frac{\partial^2 V}{\partial \alpha^2}$ ($\alpha = x, y, z$), where $V$ is the electrical potential. The Hamiltonian is [16]

$$
H_Q = \frac{eQV_{zz}}{4I(2I-1)} \left[ (3I_z^2 - I^2) + \frac{\eta}{2} (I_+^2 + I_-^2) \right],
$$

where $\eta = \frac{V_{zz} - V_{yy}}{V_{zz}}$ is the asymmetry parameter of the EFG. $^{181}$Ta possesses a large nuclear quadrupole moment, $Q = 4.2 \times 10^{-24}$ cm$^2$, which is ten times larger than those for such nuclei as $^{75}$As or $^{63}$Cu. This is why the NQR frequency observed is much higher than that of $^{75}$As in iron-arsenides [17] and Cr-arsenides [18] or $^{63}$Cu in cuprates [19] where the $^{75}$As-NQR frequency is less than 50 MHz and the $^{63}$Cu-NQR frequency is less than 40 MHz.

In the case of $\eta = 0$, the resonance frequency from the $m \leftrightarrow m - 1$ transition is $\nu_{m\leftrightarrow m-1} = (m - \frac{1}{2}) \frac{3eQV_{zz}}{2I(2I-1)}$, and three transition lines will be equally separated. In the case of finite $\eta$, however, the three lines are not equally spaced, and the transition frequency of $\pm1/2 \leftrightarrow \pm3/2$ can even be higher than that of $\pm3/2 \leftrightarrow \pm5/2$ for $\eta \geq 0.6$ [20]. Ob-
FIG. 2: (Color online) $^{125}$Te NMR spectra with $\mu_0 H (= 13.43T) \parallel b$. The vertical axes were offset for clarity. Below 20 K, the signal is too weak to be detected above 181.6 MHz.

FIG. 3: (Color online) Temperature dependence of Knight shift of $^{125}$Te. The numbers mark the peaks corresponding to Fig. 2
FIG. 4: (Color online) Peaks 1 and 2 of $^{125}$Te NMR spectra with $H \parallel b$. The vertical axes were offset for clarity. Below 20 K, peaks 1 and 2 lose intensity and split gradually. $T_1$ was measured at the peak 2 marked by the arrow.

FIG. 5: (Color online) $^{181}$Ta NQR spectra at 30K. Curves are Gaussian fits.

Previously, Ta$_4$Pd$_3$Te$_{16}$ is not axial symmetric at the Ta site, as can be seen in Fig. 1, which can result in an asymmetric EFG. Indeed, the obtained spectrum can be fitted by using $\eta_1 = 0.29$ for Ta(1) and $\eta_2 = 0.7$ for Ta(2), respectively. It is the large $\eta$ at Ta(2) that make the transition of $\pm 1/2 \leftrightarrow \pm 3/2$ a higher frequency than that of $\pm 3/2 \leftrightarrow \pm 5/2$. This is the unique solution of the site assignment, due to some severe restrictions such as that the
frequency of the $\pm 3/2 \longleftrightarrow \pm 5/2$ transition cannot be larger than twice of the frequency of the $\pm 1/2 \longleftrightarrow \pm 3/2$ transition [20]. At this moment, it is hard to identify which Ta site in the structure has larger $\eta$, and the labels of (1) and (2) in Fig. 5 might not correspond to those in Fig. 1.

We studied the temperature dependence of the peak at around 73.5 MHz ($\pm 1/2 \longleftrightarrow \pm 3/2$). The spectra at some typical temperatures are shown in Fig. 6. Above 20 K, the spectra shape is almost unchanged with changing temperature, but it becomes broad below 20 K. The temperature dependence of the FWHM is plotted in Fig. 7 (a). An increase at 20 K is identified in the FWHM, which points to a phase transition. As discussed below, the spin-lattice relaxation rate result indicates that this transition is a CDW transition.

As shown in Fig. 7 (b), in order to compare $1/T_1 T$ of different nuclei, $1/T_1 T$ is normalized by the square of gyromagnetic ratio $\gamma^2$, since $1/T_1 T$ is proportional to $\gamma^2$ for magnetic relaxation. We measured $T_1$ of $^{125}$Te at the peak of No. 2. The measurement was done at a low field of 2.308 T, under which $T_c = 2.9$ K as measured by the ac susceptibility using an in situ NMR coil. The $T_1$ of $^{181}$Ta was measured at the NQR peak at around 73.5 MHz ($\pm 1/2 \longleftrightarrow \pm 3/2$ transition).

$^{125}$Te with spin $I = 1/2$ can only relax by magnetic interactions, while $^{181}$Ta with spin $I = 7/2$ can relax by both magnetic and quadrupole interactions. By comparing $1/T_1 T$ of the two nuclei, we can obtain the information on EFG fluctuations. Above 20 K, $1/\gamma^2 T_1 T$
of $^{125}\text{Te}$ is $T$-independent and obeys the Körringa relationship as in a normal metal. Above 80 K, $1/\gamma^2 T_1 T$ of $^{181}\text{Ta}$ is similar to that of $^{125}\text{Te}$, which means that magnetic interaction dominates the relaxation. Below 80 K, $1/\gamma^2 T_1 T$ of $^{181}\text{Ta}$ increases dramatically and becomes much larger than that of $^{125}\text{Te}$, which implies a development of EFG fluctuations due to the fluctuations of the order parameter that describes the phase transition at $T = 20$ K. Thus, such an order parameter is a charge density wave, whose fluctuations couple to the nuclear quadrupole moment of $^{181}\text{Ta}$. This is consistent with the electronic structure calculation which implies that Ta$_4$Pd$_3$Te$_{16}$ prefers the CDW rather than the SDW\cite{9}. At $T_{\text{CDW}} = 20$ K, $1/T_1$ of $^{181}\text{Ta}$ shows a clear peak due to the critical slowing down of the EFG fluctuations. $1/T_1$ of $^{125}\text{Te}$ also decreases below $T_{\text{CDW}}$, indicating a loss of density of states due to the ordered state. Inferring EFG fluctuations by comparing a result for $I \geq 1$ with that of $I=1/2$ was also used before. In LaPt$_{2-x}$Ge$_{2+x}$, moderate EFG fluctuations were derived by comparison of $1/T_1$ of $^{139}\text{La}$ ($I=7/2$) and $^{195}\text{Pt}$ ($I=1/2$) \cite{21}. In the iron pnictide BaFe$_2$(As$_{1-x}$P$_x$)$_2$, orbital fluctuations were inferred by comparing the results of $^{75}\text{As}$ ($I=3/2$) and $^{31}\text{P}$ ($I=1/2$) \cite{22}. Meanwhile, it would be interesting to explore the influence of such charge fluctuations on other properties, i.e., transport properties, in more detail. In iron-based high temperature superconductors, quantum fluctuations of charge/orbital order are known to give rise to the unconventional normal-state properties \cite{23, 24}, and may even be responsible for the superconductivity.

Coming back to the results of the spectra, when the modulation period of the electric field is larger than the lattice constant due to a CDW, there are two or more atoms feeling different EFGs within one period and the spectra should split or be broadened, like in SrPt$_2$As$_2$\cite{25}. In the plane wave case, however, the spatial distribution of NQR frequency has the form $\nu = \nu_Q + \nu_1 \sin(kx + \phi)$, where $\nu_1$ corresponds to the amplitude of the modulation wave and $\phi$ is a phase \cite{26}. In the present case, the electric field modulation period along the $b$ axis is $2b$\cite{11}, that is, $k = 2\pi/2b$. Both Ta(1) and Ta(2) have the same position along the $b$ axis\cite{8}, that is, $x = nb$, where $n$ is an integer. When $\phi = 0$, the sinusoidal term becomes zero for all Ta positions and all Ta atoms have the same $\nu = \nu_Q$. In such a case, the spectra do not split nor shift. Meanwhile, $^{125}\text{Te}$ with $I = 1/2$ is not affected by EFG. Peaks 1 and 2 split into two in the CDW state, which can be understood as the result of different Te sites having different Knight shifts in the ordered state.
FIG. 7: (Color online) (a) The temperature dependence of FWHM of the peak $^{181}$Ta(1) ($\pm 1/2 \rightarrow \pm 3/2$ transition). (b) The temperature dependence of $1/\gamma^2 T_1 T$ vs $T$ for $^{125}$Te and $^{181}$Ta. The curve and line are guides to the eyes. The red vertical line indicates the position of $T_{CDW}$.

**B. Superconducting state**

The difference in the spin-lattice relaxation rate of $^{125}$Te and $^{181}$Ta is also seen below $T_c$. Figure 8 shows the temperature dependence of $1/T_1$ of both $^{125}$Te and $^{181}$Ta. A coherence peak (Hebel-Slichter peak) is clearly seen for $^{125}$Te, but is absent for $^{181}$Ta. In most cases, NQR and NMR relaxations is due to the same perturbation, leading to the same spin-lattice relaxation rate. For example, $1/T_1 T$ from NMR and from NQR show the same behavior in LiFeAs [27]. In the present case, the striking difference in the $1/T_1$ of $^{125}$Te and $^{181}$Ta arises from the fact that $^{125}$Te can only relax via magnetic interactions while quadrupolar relaxation dominates the $1/T_1$ of $^{181}$Ta at low temperatures.

$1/T_1$ in the superconducting state is expressed as

$$\frac{T_{1N}}{T_{1S}} = \frac{2}{k_B TN_0^2} \int \left( 1 \mp \frac{\Delta^2}{EE'} \right) N_S(E)N_S(E') f(E) \left[ 1 - f(E') \right] \delta(E - E') dE dE', \quad (2)$$
FIG. 8: (Color online) The temperature dependence of the spin-lattice relaxation rate of \(^{181}\)Ta and \(^{125}\)Te. The curve below \(T_c\) is a fit to a BCS gap with \(\Delta(0) = 1.76k_B T_c\).

where \(T_{1N}\) and \(T_{1S}\) are the relaxation rates in the normal state and the superconducting state, respectively. \(f(E)\) is the Fermi distribution function, and \(N_S(E)\) is the DOS in the superconducting state. \(N_S(E) = \frac{N_0 E}{\sqrt{E^2 - \Delta^2}}\), and \(C = \left(1 \mp \frac{\Delta^2}{E E'}\right)\) is the coherence factor. The sign in \(C\) depends on the nature of the interaction that causes the relaxation[28]. The magnetic relaxation is due to magnetic interactions between the nuclear spins and electron spins/orbitals, which is not time reversal invariant. In this case, \(C = \left(1 + \frac{\Delta^2}{E E'}\right)\) applies. The relaxation rate has the form

\[
\frac{T_{1N}}{T_{1S}} = \frac{2}{k_B T} \int \left(\frac{E^2 + \Delta^2}{E^2 - \Delta^2}\right) f(E) [1 - f(E)] \, dE. \tag{3}
\]

For an \(s\)-wave gap, the divergence of the DOS at \(E = \Delta\) will lead to a Hebel-Slichter peak just below \(T_c\). By contrast, the quadrupolar relaxation is due to the electrical interaction between the nuclear quadrupole moment and the EFG, which is time-reversal invariant. In this case, \(C = \left(1 - \frac{\Delta^2}{E E'}\right)\) applies[29]. The relaxation rate has a simple form

\[
\frac{T_{1N}}{T_{1S}} = \frac{2}{k_B T} \int f(E) [1 - f(E)] \, dE, \tag{4}
\]
so $1/T_1$ will not show a Hebel-Slichter peak. This explains the difference in the $1/T_1$ results of $^{125}$Te and $^{181}$Ta. A similar situation was encountered a long time ago in Ta$_3$Sn where a coherence peak was seen for $^{119}$Sn but quadrupolar relaxation eliminated the coherence peak in the $1/T_1$ of $^{181}$Ta[30].

The clear Hebel-Slichter coherence peak for $^{125}$Te as seen in Fig. 8 indicates that the superconducting gap is of $s$-wave symmetry. If the gap function changes sign over the Fermi surface, such as a $d$ or $p$ wave, the coherence peak will be suppressed. To fit the data to a BCS gap, we follow Hebel to convolute $N_S(E)$ with a broadening function[31], which is approximated with a rectangular function centered at $E$ with a height of $1/2\delta$. The curve in Fig. 8 is a calculation with $\Delta(0) = 1.76 k_B T_c$ and $\delta = \Delta(0)/3.5$, where $\Delta(0)$ is the superconducting gap at the zero-temperature limit. On the other hand, the temperature dependence of the $1/T_1$ below $T_c$ for $^{181}$Ta is determined by both the DOS and the reduction of the EFG fluctuations, which is more complex. A fitting of the data to a theoretical function is beyond the scope of this paper.

Although the electronic structure calculation has shown that Ta$_4$Pd$_3$Te$_{16}$ is a multi-band system, the main contribution to the DOS is from Te $p$ orbitals. Therefore, the full gap derived from the $^{125}$Te-NMR is also consistent with the suggestion from the band calculation that Ta$_4$Pd$_3$Te$_{16}$ should be an $s$-wave superconductor mediated by phonons associated with the Te-Te bonding if there are no spin fluctuations[9].

IV. SUMMARY

In conclusion, we have performed NMR and NQR studies on Ta$_4$Pd$_3$Te$_{16}$. A striking difference between the spin-lattice relaxation rate $1/T_1$ of $^{125}$Te and $^{181}$Ta was found, which indicates that EFG fluctuations develop below around 80 K. The EFG fluctuations, which reflects charge fluctuations due to a CDW instability, are enhanced with decreasing temperature until a CDW transition sets in at $T_{CDW} = 20$ K, below which the resonance frequency, FWHM, and $1/T_1$ show sudden changes. In the superconducting state, $1/T_1$ of $^{125}$Te shows a clear Hebel-Slichter coherence peak just below $T_c$, which is the hallmark of the $s$-wave full gap superconductor.
Acknowledgments

We thank Q. Ma for assistance in some of the measurements. This work was supported by the Strategic Priority Research Program of the Chinese Academy of Sciences No. XDB07020200, the Ministry of Science and Technology (MOST) of China under Grant No. 2016YFA0300502, and National Basic Research Program of China (973 Program) No. 2015CB921304.

[1] J. G. Bednorz and K. A. Müller, Possible high Tc superconductivity in the Ba-La-Cu-O system, Z. Phys. B Condens. Matter 64, 189(1986).
[2] Y. Kamihara, T. Watanabe, M. Hirano and H. Hosono, Iron-based layered superconductor La[O1−xFex]FeAs (x = 0.05 – 0.12) with Tc = 26 K, J. Am. Chem. Soc. 130, 3296(2008).
[3] M. Greenblatt, W. H. McCarroll, R. Neifeld, M. Croft and J. V. Waszczak, Quasi two-dimensional electronic-properties of the lithium molybdenum bronze, Li0.9MO6O17, Solid State Commun. 51, 671(1984).
[4] D. Jerome, A. Mazaud, M. Ribault and K. Bechgaard, Superconductivity in a synthetic organic conductor (TMTSF)2PF6, J. Phys. Lett 41, L95(1980).
[5] K. Bechgaard, K. Carneiro, M. Olsen, F. B. Rasmussen and C. S. Jacobsen, Zero-Pressure Organic Superconductor: Di-(Tetramethyltetraselenafulvalenium)-Perchlorate [(TMTSF)2ClO4], Phys. Rev. Lett. 46, 852(1981).
[6] S. T. Carr and A. M. Tsvelik, Superconductivity and charge-density waves in a quasi-one-dimensional spin-gap system, Phys. Rev. B 65, 195121(2002).
[7] W. H. Jiao, Z. T. Tang, Y. L. Sun, Y. Liu, Q. Tao, C. M. Feng, Y. W. Zeng, Z. A. Xu and G. H. Cao, Superconductivity in a Layered Ta4Pd3Te16 with PdTe2 Chains, J. Am. Chem. Soc. 136, 1284(2014).
[8] A. Mar and J. A. Ibers, Synthesis, crystal structure and electrical conductivity of a new layered ternary telluride Ta4Pd3Te16, J. Chem. Soc. Dalton Trans., 639(1991).
[9] D. J. Singh, Multiband superconductivity of Ta4Pd3Te16 from Te p states, Phys. Rev. B 90, 144501(2014).
[10] Z. Y. Du, D. L. Fang, Z. Y. Wang, Y. F. Li, G. Du, H. Yang, X. Y. Zhu and H. H. Wen,
Anisotropic Superconducting Gap and Elongated Vortices with Caroli-De Gennes-Matricon States in the New Superconductor Ta$_4$Pd$_3$Te$_{16}$, Sci Rep 5, 9408(2015).

[11] Q. Fan, W. H. Zhang, X. Liu, Y. J. Yan, M. Q. Ren, M. Xia, H. Y. Chen, D. F. Xu, Z. R. Ye, W. H. Jiao, G. H. Cao, B. P. Xie, T. Zhang and D. L. Feng, Scanning tunneling microscopy study of superconductivity, magnetic vortices, and possible charge-density wave in Ta$_4$Pd$_3$Te$_{16}$, Phys. Rev. B 91, 104506(2015).

[12] J. Pan, W. H. Jiao, X. C. Hong, Z. Zhang, L. P. He, P. L. Cai, J. Zhang, G. H. Cao and S. Y. Li, Nodal superconductivity and superconducting dome in the layered superconductor Ta$_4$Pd$_3$Te$_{16}$, Phys. Rev. B 92, 180505(2015).

[13] W. H. Jiao, Y. Liu, Y. K. Li, X. F. Xu, J. K. Bao, C. M. Feng, S. Y. Li, Z. A. Xu and G. H. Cao, Multiband superconductivity in Ta$_4$Pd$_3$Te$_{16}$ with anisotropic gap structure, J. Phys.:Condes. Matter 27, 325701(2015).

[14] X. F. Xu, W. H. Jiao, N. Zhou, Y. Guo, Y. K. Li, J. H. Dai, Z. Q. Lin, Y. J. Liu, Z. W. Zhu, X. Lu, H. Q. Yuan and G. H. Cao, Quasi-linear magnetoresistance and the violation of Kohler’s rule in the quasi-one-dimensional Ta$_4$Pd$_3$Te$_{16}$ superconductor, J. Phys.:Condes. Matter 27, 335701(2015).

[15] J. Chepin and J. H. Ross, Magnetic Spin-Lattice Relaxation in Nuclear-Quadrupole Resonance: the $\eta \neq 0$ Case, J Phys.:Condens Mat 3, 8103(1991).

[16] C. P. Slichter, Principles of Magnetic Resonance, Springer Berlin Heidelberg, 1990, Chap 10.

[17] S. Kawasaki, T. Mabuchi, S. Maeda, T. Adachi, T. Mizukami, K. Kudo, M. Nohara, and G.-q. Zheng, Doping-enhanced antiferromagnetism in Ca$_{1-x}$La$_x$FeAs$_2$, Phys. Rev. B 92, 180508(R) (2015).

[18] J. Yang, Z. T. Tang, G. H. Cao, and G.-q. Zheng, Ferromagnetic Spin Fluctuation and Unconventional Superconductivity in Rb$_2$Cr$_3$As$_3$ Revealed by $^{75}$As NMR and NQR, Phys. Rev. Lett. 115, 147002 (2015).

[19] G.-q. Zheng, Y. Kitaoka, K. Asayama, K. Hamada, H. Yamauchi and S. Tanaka, NMR study of local hole distribution, spin fluctuation and superconductivity in Tl$_2$Ba$_2$Ca$_2$Cu$_3$O$_{10}$, Physica C 260, 197(1996).

[20] J. Yang, R. Zhou, L. L. Wei, H. X. Yang, J. Q. Li, Z. X. Zhao and G.-q. Zheng, New Superconductivity Dome in LaFeAsO$_{1-x}$F$_x$ Accompanied by Structural Transition, Chin. Phys. Lett. 32, 107401 (2015).
[21] S. Maeda, K. Matano, R. Yatagai, T. Oguchi and G.-q. Zheng, Superconductivity in Tetragonal LaPt$_{2-x}$Ge$_{2+x}$, *Phys. Rev. B* **91**, 174516(2015).

[22] A. P. Dioguardi, T. Kissikov, C. H. Lin, K. R. Shirer, M. M. Lawson, H. J. Grafe, J. H. Chu, I. R. Fisher, R. M. Fernandes and N. J. Curro, NMR Evidence for Inhomogeneous Nematic Fluctuations in BaFe$_2$(As$_{1-x}$P$_x$)$_2$, *Phys. Rev. Lett.* **116**, 107202(2016).

[23] R. Zhou, Z. Li, J. Yang, D. Sun, C. T. Lin and G.-q. Zheng, Quantum criticality in electron-doped BaFe$_{2-x}$Ni$_x$As$_2$, *Nature Commun.* **4**, 2265 (2013).

[24] H. H. Kuo, J. H. Chu, S.A. Kivelson, and I.R. Fisher, Ubiquitous signature of nematic quantum criticality in optimally doped Fe-based superconductors, *Science* **352**, 958 (2016).

[25] S. Kawasaki, Y. Tani, T. Mabuchi, K. Kudo, Y. Nishikubo, D. Mitsuoka, M. Nohara and G.-q. Zheng, Coexistence of multiple charge-density waves and superconductivity in SrPt$_2$As$_2$ revealed by $^{75}$As NMR/NQR and $^{195}$Pt NMR, *Phys. Rev. B* **91**, 060510(2015).

[26] R. Blinc, Magnetic resonance and relaxation in structurally incommensurate systems, *Phys. Rep.* **79**, 331(1981).

[27] Z. Li, Y. Ooe, X. C. Wang, Q. Q. Liu, C. Q. Jin, M. Ichioka and G. -q. Zheng, $^{75}$As NQR and NMR Studies of Superconductivity and Electron Correlations in Iron Arsenide LiFeAs, *J. Phys. Soc. Jpn.* **79**, 083702(2010).

[28] D. E. MacLaughlin, Magnetic Resonance in the Superconducting State, *Solid State Phys.* **31**, 1(1976).

[29] R. H. Hammond and W. D. Knight, Nuclear Quadrupole Resonance in Superconducting Gallium, *Phys. Rev.* **120**, 762(1960).

[30] S. Wada and K. Asayama, Nuclear Quadrupole Spin-Lattice Relaxation of Ta$^{181}$ in Type II Superconducting Ta$_3$Sn, *J. Phys. Soc. Jpn.* **34**, 1168(1973).

[31] L. C. Hebel, Theory of Nuclear Spin Relaxation in Superconductors, *Phys. Rev.* **116**, 79(1959).